Large low-frequency resistance noise in chemical vapor deposited graphene

Citation for published version (APA):

DOI:
10.1063/1.3493655

Document status and date:
Published: 01/01/2010

Document Version:
Publisher’s PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:

• A submitted manuscript is the version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher’s website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal.

If the publication is distributed under the terms of Article 25fa of the Dutch Copyright Act, indicated by the “Taverne” license above, please follow below link for the End User Agreement:
www.tue.nl/taverne

Take down policy
If you believe that this document breaches copyright please contact us at:
openaccess@tue.nl
providing details and we will investigate your claim.

Download date: 15. Jan. 2020
Large low-frequency resistance noise in chemical vapor deposited graphene
Atindra Nath Pal, Ageeth A. Bol, and Arindam Ghosh

Citation: Appl. Phys. Lett. 97, 133504 (2010); doi: 10.1063/1.3493655
View online: http://dx.doi.org/10.1063/1.3493655
View Table of Contents: http://apl.aip.org/resource/1/APPLAB/v97/i13
Published by the American Institute of Physics.

Related Articles
Direct trap observation in stressed SiO2 with electrically detected magnetic resonance
Noise-driven signal transmission using nonlinearity of VO2 thin films
The investigation of capture/emission mechanism in high-k gate dielectric soft breakdown by gate current random telegraph noise approach
Effects of thermal annealing on noise property and temperature coefficient of resistance of single-walled carbon nanotube films
Apparent volume dependence of 1/f noise in thin film structures: Role of contacts

Additional information on Appl. Phys. Lett.
Journal Homepage: http://apl.aip.org/
Journal Information: http://apl.aip.org/about/about_the_journal
Top downloads: http://apl.aip.org/features/most_downloaded
Information for Authors: http://apl.aip.org/authors
Large low-frequency resistance noise in chemical vapor deposited graphene

Atindra Nath Pal,1,a) Ageeth A. Bol,2 and Arindam Ghosh1
1Department of Physics, Indian Institute of Science, Bangalore 560 012, India
2IBM Thomas J. Watson Research Center, Yorktown Heights, New York 10598, USA

(Received 10 June 2010; accepted 4 September 2010; published online 28 September 2010)

We report a detailed investigation of resistance noise in single layer graphene films on Si/SiO2 substrates obtained by chemical vapor deposition (CVD) on copper foils. We find that noise in these systems to be rather large, and when expressed in the form of phenomenological Hooge equation, it corresponds to Hooge parameter as large as 0.1–0.5. We also find the variation in the noise magnitude with the gate voltage (or carrier density) and temperature to be surprisingly weak, which is also unlike the behavior of noise in other forms of graphene, in particular those from exfoliation. © 2010 American Institute of Physics. [doi:10.1063/1.3493655]

The electronic properties of graphene has recently been the subject of intense research for both fundamental science and technological applications. Mechanically exfoliated graphene offers the cleanest devices with mobility in the range of ~200 000 cm2/V s, formed the backbone of fundamental phenomena such as the fractional quantum Hall effect,4,5 or ultrahigh frequency transistors.6 The exfoliation process is however statistical, and for regular large scale production, several new methods have been suggested including epitaxial growth of graphene on SiC wafers,7,8 reduction of graphene oxide,9 and thermally grown graphene from decomposition of hydrocarbon (methane) on transition metal (copper, nickel, iridium, etc.) surfaces.9–17 The latter metal-based chemical vapor deposition (CVD) technique of realizing large area graphene is of particular interest as it displays excellent electrical (high mobility),12 low resistance/square, half-integer quantum Hall effect18, mechanical (large gauge factor and electromechanical stability18) and optical (high transmittance18) properties. Moreover, recent developments in transferring large films of single-layer CVD-graphene onto insulating substrates offer great promise in nanoelectronics, transparent electrodes in solar photovoltaics,14 or flexible/stretchable electronic applications.16 An important aspect of such applications is the intrinsic electrical noise in CVD-graphene films, which has not been explored so far. A study of electrical noise may also be crucial in understanding the nature of disorder in these materials which can be significantly different from the other forms of graphene.18,19 In this letter we report the first experimental investigation of low-frequency fluctuations of electrical resistance, often known as the 1/f-noise or flicker noise, in large-area films of single layer graphene (SLG) grown on Cu-foil and subsequently transferred onto Si/SiO2 substrate. We find the noise in CVD-graphene to be significantly larger than typical exfoliated graphene devices, along with several surprising features that separates the kinetics of disorder in CVD graphene from other graphene systems.

Recent studies of carrier mobility (\(\mu\)) (Ref. 20) and 1/f noise18,19,21 in exfoliated graphene on insulating substrates indicates that both static (that gives rise to average resistivity) and time varying (resulting in noise) components of disorder are dominated by the trapped charges at the graphene-substrate interface. This is particularly true at low carrier density (\(n\)) where scattering off the Coulomb potential from the trapped charges leads to a linear dependence of graphene conductivity \((\sigma \propto n)\).22 Short range scattering, involving for examples lattice defects or neutral impurities etc., become important only at large \(n\) where the Coulomb potentials are largely screened. In CVD-graphene the situation can be very different. The process of etching of the host metal, mechanical stressing during the transfer process etc., have been shown to lead to considerable additional disorder, which manifests in lower \(\mu\) and often a clearly visible D-peak in Raman spectroscopy.18 Indeed, low temperature magnetoresistance measurements in CVD-graphene reveal a short elastic intravalley mean free path, indicating presence of spatially extended defects, such as line defects, dislocations, and ripples.15 Whether this additional disorder can also cause higher noise in CVD-graphene is not known.

The CVD-graphene used in our experiments was grown by decomposition of ethylene on Cu foils at 875 °C as described in Ref. 13. Then a polymethyl methacrylate (PMMA) layer was spun on top of the graphene layer formed on the Cu foil, and the Cu foil was then dissolved in 1 M iron chloride. The remaining graphene/PMMA layer was thoroughly washed with deionized water and transferred to a Si/SiO2 substrate. Subsequently, the PMMA was dissolved in hot acetone (80 °C) for one hour. The heavily doped silicon was used as backgate. Following transfer to the Si/SiO2 substrate a detailed Raman spectroscopy was carried out on all our systems. Figure 1 shows a map of the D-peak (~1350 cm\(^{-1}\)) intensity from a typical section of our CVD-graphene [Fig. 1(a)], and two representative spectra [Figs. 1(c) and 1(d)], which indicates a spatially varying \(I_{2D}/I_G\) ratio \((I_G\) and \(I_G\) are intensities of the 2D and G bands, respectively). Both features can arise from a spatially nonuniform adhesion/interaction of graphene with the underlying substrate, and associated ripples/local ruptures/line defects/ residual byproducts of Cu etching process etc., highlighting significant disorder of non-Coulombic origin.17 However, the 2D peaks could be described with a single Lorentzian line-shape, confirming single-layer graphene. An electrically contacted (with Au metal pads) device is shown in Fig. 1(d), where a five-probe geometry was used to measure the...
Table range hopping with \( \ln \) measurements at temperature to avoid gate leakage-related problems. We restricted most increase sharply with decreasing substrate doping and surface adsorption. \( V_g \) inaccurate.

In all cases we find identical behavior as illustrated in Fig. 3(b). This weak variation in noise, found for all \( T \) down to 15 K, is in contrast to the \( n \)-dependence of the noise magnitude in exfoliated single layer graphene, where \( \gamma / n \) decreases rapidly with increasing \( n \) on both sides of the Dirac point [see inset of Fig. 3(b)].

Another crucial aspect to note is that the absolute magnitude of \( \gamma / n \) is nearly hundred times larger in CVD-graphene in comparison to the exfoliated devices in the same

\[
S_R = \frac{\gamma n^2}{n A_G f^\alpha},
\]

where \( \gamma \) is the Hooge parameter, \( A_G \) is the area of graphene between the voltage probes, and \( \alpha \) is the spectral exponent. In all cases we find \( \alpha = 1.1 \), indicating a 1/\( f \)-type spectrum, and hence, a wide distribution of time scales in the kinetics of disorder. The noise amplitude, defined as \( \gamma n / n \), was found to be essentially independent of \( V_g \) (or \( n \)) in both electron and hole-doped regimes. Different devices showed identical behavior as illustrated in Fig. 3(b). This weak variation in noise, found for all \( T \) down to 15 K, is in contrast to the \( n \)-dependence of the noise magnitude in exfoliated single layer graphene, where \( \gamma / n \) decreases rapidly with increasing
that the $T$-variation of $\gamma_H$ (at $n = 2.5 \times 10^{12}$ cm$^{-2}$) for both graphene systems. For CVD-graphene $\gamma_H$ is not only independent of $T$ between $\sim 150$–$300$ K, but also displays a $\gamma_H$ that is about one to two orders of magnitude higher than most graphene based systems.\(^\text{18,19}\) The difference appears even larger at lower $T$, where noise level in exfoliated (or epitaxial) graphene are significantly reduced.

A possible explanation to the weak variation of noise in CVD-graphene can be through the mechanism of correlated number and mobility fluctuations due to the trap states at the graphene-substrate interface.\(^\text{24}\) Such a mechanism predicts $\Delta_\mu \propto 1/n^2$ due to number fluctuations, and $\Delta \mu \propto \mu^2$, when mobility fluctuation dominates. In Fig. 2(c), we show that the $\mu$ indeed varies weakly with $n$ in our devices, possibly indicating mobility fluctuations to be the dominant source of noise. However, similar substrates have been used for exfoliated graphene that showed much lower noise magnitude.\(^\text{19}\) In our CVD graphene, migration of surface adsorbates, such as those incurred during the transfer process, or relaxation of structural defects due to the in-built stress may lead to large noise magnitude. These processes lead to mobility fluctuations, which in an inhomogeneous charge distribution may lead to a gate voltage (as well as temperature)-independent noise. In the inhomogeneous regime, which can persist up to large $|n|$ in highly disordered CVD graphene, the gate voltage is likely to affect relative number of electron and hole puddles rather than the charge density within a particular puddle significantly.\(^\text{25}\)

In conclusion, we report experimental investigation of resistance noise in single layer chemical vapor deposited graphene transferred onto a Si/SiO$\text{2}$ substrate. We find the noise magnitude to be nearly two orders of magnitude larger than exfoliated single graphene, and largely independent of temperature and carrier density. A substrate or surface trap-mediated fluctuation model seems likely, although several details of the noise behavior remains to be understood quantitatively.

We acknowledge the Department of Science and Technology (DST) for a funded project, and Indo-US Science and Technology Forum (IUSSTF) for support. A.N.P. thanks CSIR for financial support.